Measuring charge trap occupation and energy level in CdSe/ZnS quantum dots using a scanning tunneling microscope

The MIT Faculty has made this article openly available. Please share how this access benefits you. Your story matters.

<table>
<thead>
<tr>
<th></th>
<th></th>
</tr>
</thead>
<tbody>
<tr>
<td>As Published</td>
<td><a href="http://dx.doi.org/10.1103/PhysRevB.81.115439">http://dx.doi.org/10.1103/PhysRevB.81.115439</a></td>
</tr>
<tr>
<td>Publisher</td>
<td>American Physical Society</td>
</tr>
<tr>
<td>Version</td>
<td>Final published version</td>
</tr>
<tr>
<td>Accessed</td>
<td>Sun Apr 24 12:40:36 EDT 2016</td>
</tr>
<tr>
<td>Citable Link</td>
<td><a href="http://hdl.handle.net/1721.1/59357">http://hdl.handle.net/1721.1/59357</a></td>
</tr>
<tr>
<td>Terms of Use</td>
<td>Article is made available in accordance with the publisher’s policy and may be subject to US copyright law. Please refer to the publisher’s site for terms of use.</td>
</tr>
<tr>
<td>Detailed Terms</td>
<td></td>
</tr>
</tbody>
</table>
Measuring charge trap occupation and energy level in CdSe/ZnS quantum dots using a scanning tunneling microscope

M. R. Hummon, A. J. Stollenwerk, and V. Narayanamurti
School of Engineering and Applied Sciences, Harvard University, Cambridge, Massachusetts 02138, USA

P. O. Anikeeva, M. J. Panzer, V. Wood, and V. Bulović
Laboratory of Organic Optics and Electronics, Massachusetts Institute of Technology, Cambridge, Massachusetts 02139, USA

(Received 22 July 2009; revised manuscript received 17 February 2010; published 22 March 2010)

We use a scanning tunneling microscope to probe single-electron charging phenomena in individual CdSe/ZnS (core/shell) quantum dots (QDs) at room temperature. The QDs are deposited on top of a bare Au thin film and form a double-barrier tunnel junction (DBTJ) between the tip, QD, and substrate. Analysis of room-temperature hysteresis in the current-voltage (IV) tunneling spectra, is consistent with trapped charge(s) presenting an additional potential barrier to tunneling, a measure of the Coulomb blockade. The paper describes the first direct electrical measurement of the trap-state energy on individual QDs. Manipulation of the charge occupation of the QD, verified by measuring the charging energy, (61.4 ± 2.4) meV, and analysis of the DBTJ, show trap states ~1.09 eV below the QD conduction-band edge. In addition, the detrapping time, a measure of the tunneling barrier thickness, is determined to have an upper time limit of 250 ms. We hypothesize that the charge is trapped in a quantum-dot surface state.

DOI: 10.1103/PhysRevB.81.115439 PACS number(s): 73.21.La, 73.20.At, 72.20.Jv

I. INTRODUCTION

To extend the understanding of charge injection in devices containing quantum-dot (QD) monolayers, we use a scanning tunneling microscope (STM) to inject charge into individual QDs that form close-packed monolayer islands on a conducting surface. Our observations include quantum-dot charge-trapping/detrapping events and Coulomb blockade (CB) at room temperature. These measurements yield the first electrical detection of the trap-state energy level. Our analysis of the distribution of applied bias across the double-barrier tunnel junction (DBTJ) formed between the STM tip, QD, and Au substrate provides an explanation for the trapping/detrapping dynamics.

The CdSe/ZnS QDs studied in this paper, typical of core/shell QDs, have been extensively utilized in optoelectronic device demonstrations.1−5 Their brilliant emission and near unity internal quantum efficiency6 make them attractive components for light-emitting devices.1,3−5,7 However, the devices can suffer from a large inefficiency because of an imbalance in charge injection and subsequent quenching.8 Earlier studies have probed charge transport in multilayer6,7,9,10 and monolayer5,11,12 QD films spanning two macroscopic electrodes. STM studies of colloidal quantum dots include shell tunneling and filling spectroscopy,13−18 manipulation of the DBTJ structure,19−21 and single-electron charging.22−24 Averin and Likharev first described how Coulomb blockade arises during single-electron tunneling events.25 They deduced that if an electron tunneling through a very small capacitance junction encounters a charge of −e/2 < Q < e/2, then electrons will be blocked from tunneling until that charge has been shunted. This period of zero conductance was termed CB, and in the last two decades has been thoroughly investigated at low temperatures (T < 4 K). Experiments on metal islands show a CB around zero bias,26 and as the bias is increased, the characteristic Coulomb staircase emerges due to charges piling up on the island. Experiments on semiconductor QDs show a zero-conductance region equal to Ec+2Eg, where Ec is the band gap of the material and Eg is the Coulomb potential of a charge on the QD, also referred to as the charging energy;13 at higher biases they also exhibit a Coulomb staircase (CS). The first CB studies on nanocrystals were done on silicon because of their possible application in QD-based memory.27 Most CB studies on nanocrystals show CS in the current-voltage (IV) spectra, resulting from electrons filling the conduction states of the QD. In this paper, we describe the first observation and analysis of CB found in the hysteresis of subsequent IV measurements in single CdSe/ZnS QDs. The hysteresis is consistent with measuring the IV spectra of a single QD in two different charge states, likely due to a localized trapped charge. Our results also provide an upper time limit of 250 ms for the charge that remains trapped on the CdSe/ZnS QD at room temperature, when the QD is exposed to the electric field generated by a voltage drop between the STM tip and the Au-film substrate, on which the QD is located, of 1.55 V. An analysis of the voltage division across the DBTJ shows that this bias corresponds to trap states located ~460 meV below the QD core conduction-band edge. We hypothesize that the trapped charge is in a surface state and provide a possible mechanism for trapping and detrapping the charge by evaluating the band-energy alignment of the surface states and the Au-film Fermi level.

II. EXPERIMENTAL METHODS

A. Scanning tunneling microscope

Our microscope is home built, and for this study we operated it under ultrahigh vacuum (UHV) (~1 × 10−9 Torr), room-temperature conditions. The STM is suspended from...
the UHV chamber by springs, with stationary copper fins that surround opposing magnets dampening any STM head vibration oscillations. The entire UHV system is vibration isolated from the laboratory by pneumatic dampening legs and is situated in a sound and stray-field-reduced room. Coarse approach and x-y positioning is achieved with attocube nanopositioners, ANPx51 and ANPx51, and actuated by the attocube ANC-150 waveform generator. XY scanning and fine-height control is achieved with a piezoelectric ceramic tube (12.7 mm × OD 3.1 mm) with a scan range of 3 μm² and a height range of 500 nm. We use a home built, 10⁶ current preamplifier, located 0.5 m from the tip. The high voltage for the scanning piezo is provided by a RHK-SMP1000 controller and operated with RHK XPMPRO2.0 software.

To form atomically sharp STM tips, we etch 150 μm W wire in a 5M potassium hydroxide (KOH) solution. The W wire is etched with a 5Vrms bias while in contact with a KOH film that is suspended across a Au wire ring. During STM operations of imaging and spectroscopy, tunneling current is measured at the grounded STM tip while bias is applied to the Au-film substrate.

B. Sample preparation

In this study, we investigate the charging response of CdSe/ZnS core/shell quantum dots provided by QD Vision, Inc. The QD synthesis follows previously published work by Dabbousi et al. The ligands capping the QD are standard aliphatic hydrocarbons, with a mixture of C10–C18 chain lengths. The QDs are crushed twice in methanol and redispersed in chloroform. The peak photoluminescence wavelengths are measured after annealing the ligands capping the QDs. Atomic force microscopy (AFM) images, shown in Fig. 2 (obtained on a DI Dimension 3000 in tapping mode) of as-deposited and annealed QD monolayers show a reduction in the distance between the top of the QD and the Au surface for the annealed QDs of 0.6 nm, suggesting that some of the ligands left the QDs. STM imaging greatly improved on annealed QDs of 0.6 nm, suggesting that some of the ligands

C. Tunneling current-sample bias spectroscopy

Tunneling spectra on bulk semiconductors typically record a zero-conductance region (ZCR) attributed to the electronic band gap of the material. The ZCR in semiconductor nanostructures, where energy confinement is non-negligible, spans the electronic band gap and is further increased by the electron-hole Coulomb attraction energy. Compounding the complexity of measuring the band gap of the QD with tunneling spectroscopy is that the QD is not ohmically contacted by either the tip or substrate. In fact, the DBTJ formed between the STM tip, the CdSe/ZnS QD, and the Au surface [energy-band diagram in Fig. 1(b)], causes the bias applied to the substrate (V_B), relative to the tip, to be distributed between the two junctions, inversely proportional to the capacitance of each junction:

$$V_{tip-QD} = V_B \frac{C_{QD-sub}}{C_{QD-sub} + C_{tip-QD}},$$

$$V_{QD-sub} = V_B \frac{C_{tip-QD}}{C_{QD-sub} + C_{tip-QD}}.$$
tunnel through the conduction band; and (2) \( R_{tip-QD} \) decreases, possibly allowing electrons to partially fill conduction states, resulting in a Coulomb staircase in \( IV \) measurements. We do not observe this, and instead observe CB due to charges trapped in nontransport states of the QD. Unipolar transport obscures interpretation of the zero-charge point as a full voltage sweep. We do not observe this, and instead observe CB due to charges trapped in nontransport states of the QD. Unipolar transport obscures interpretation of the ZCR as a full voltage sweep.

FIG. 2. (Color online) Scanning probe images of CdSe/ZnS QD on Au. Left column (a), (c), and (e) are as-deposited samples. Right column (b), (d), and (f) are images of samples annealed at 120 °C for 1 h in low vacuum (8 Torr). Top row (a) and (b) shows STM topography images, with a marked increase in clarity for the annealed samples. Middle row (c) and (d): AFM topography images show as-deposited and annealed average QD height of 6.6 nm and 6.1 nm, respectively. Bottom row (e) and (f): AFM phase images show distinct contrast between the QD and Au sample areas.

III. RESULTS AND DISCUSSION

Tunneling spectra are taken in sequential pairs, first a decreasing substrate bias \( (V_B) \) sweep 1, immediately followed by an increasing bias sweep 2. Point A is the detrap potential, the \( V_B \) held for either 0 or 250 ms, before making a measurement. Points edge\(_1\) and edge\(_2\) indicate the conduction-band edge of the QD and edge\(_2\)-edge\(_1\) is the charging energy, \( E_c \). IV inset shows a single discharging event. N and N-1 label the number of trapped charges on the QD.

FIG. 3. Tunneling spectra are taken in sequential pairs, first a decreasing substrate bias \( (V_B) \) sweep 1, immediately followed by an increasing bias sweep 2. Point A is the detrap potential, the \( V_B \) held for either 0 or 250 ms, before making a measurement. Points edge\(_1\) and edge\(_2\) indicate the conduction-band edge of the QD and edge\(_2\)-edge\(_1\) is the charging energy, \( E_c \). IV inset shows a single discharging event. N and N-1 label the number of trapped charges on the QD.

A. Charging-energy measurement

In order to obtain a good statistical measurement of \( E_c \) for a single charge-trapping/detrapping event in a close-packed monolayer of QDs, we analyzed thousands of pairs of sequential spectra. We specified a narrow range for the tip-QD distance, where the tip was positioned to ensure resonant tunneling, and we collected spectra from approximately 50 locations on two identically prepared samples. Figure 4 shows distributions of \( E_c \) for three detrapping conditions: (a) 0 s wait time and high DP; (b) 250 ms wait time and low DP;
FIG. 4. Distributions of charging-energy measurements for three discharging conditions labeled in the figure. Histograms are composed of \( k \) number of \( E_c \) measurements and have a Gaussian peak, \( \Gamma \), with 95% confidence bounds at (a) \( k=722, \Gamma=(19 \pm 10) \text{ meV} \); (b) \( k=1017, \Gamma=(1 \pm 4) \text{ meV} \); and (c) \( k=692, \Gamma=(63 \pm 6) \text{ meV} \).

and (c) 250 ms wait time and high DP. Gaussians were fit to each distribution. The histogram of the high DP, 250 ms wait time \( E_c \) data [Fig. 4(c)] shows a notably larger peak value of \( E_c \), \( 63 \pm 6 \text{ meV} \), than the 0 s wait time, high DP, \( 19 \pm 10 \text{ meV} \), or 250 ms wait time, low DP distributions, \( 1 \pm 4 \text{ meV} \). It appears that the QD changes charge state when detrap potential of 1.85 V is applied for 250 ms, however if either the detrap potential is lower or the wait time is lower then there is no change in the charge state.

The distributions in Fig. 4 have an average FWHM of \( 186 \pm 47 \text{ meV} \), which we attribute to variations in the tip-QD distance due to tip drift while the feedback loop is off. Histograms of the negative band-edge potential, which does not demonstrate any charging effect, have nearly identical FWHM, \( 183 \pm 52 \text{ meV} \), as the positive band-edge potential shown in Fig. 4. Increased broadening is consistent with an increased amount of time since the feedback loop was turned off. In Fig. 6(b), the distribution of edge measurements for sweep 1 are much narrower than sweep 2 since the feedback loop is engaged only prior to sweep 1. In addition, the charging energy of a QD is affected by the number and charge state of neighboring QDs, which changes the capacitive coupling to the environment.

To understand how the magnitude of the DP affects the charged state of the QD, and thus \( E_c \), in Fig. 5 we plot the \( E_c \) for a range of DP values, for both the 0 and 250 ms wait time. Each data point is the average \( E_c \) value for a narrow range of detrap potentials, where the error bars are the standard error. The weighted average and standard deviation of the 250 ms data shows a shift from \((5.5 \pm 1.3) \text{ to (66.9 \pm 1.1) meV at a DP \sim 1.55 V}\) at 0 s and \( 1.85 \pm 1.1 \text{ meV over all DPs}\). The \( E_c \) for a typical QD in our study is the difference between the low and high DP distributions, \((61.4 \pm 2.4) \text{ meV}\). The critical DP at a wait time of 250 ms is \( \sim 1.55 \text{ V}\). We observe charge detrapping in \( \sim 50\% \) of the measurements at DP=1.4 V, when the wait time is extended to 4 s.

**B. Charge state**

The single charging event depicted in the inset of Fig. 3 is an example of a QD changing its charge state in the middle of the \( IV \) sweep. In the sequence shown, a forward sweep (sweep 1) starts from a high bias in an N state, indicating that there are \( N \) excess electrons on the QD. The QD loses an electron at a bias indicated by the arrow (2.05 V), changing its charge state to N-1. In the zero-conductance region, it appears that the QD retraps an electron. As sweep 2 passes through the band edge, it is in the N state. This spontaneous change in the charge state, from N to N-1, is observed in numerous consecutive sweeps and it suggests that we are observing single electron detrapping events. The charged state time for this particular QD is estimated to be 0.5 s, which corresponds to the time that sweep 1 remained in the N state. Such a long charge retention time is indicative of a large potential barrier for initiating detrapping events.

In any given current-voltage sweep, the QD may or may not change its charge state, necessitating the sequential attainment of a spectra with a known charge state, in order to verify a Coulomb-blockade event. Plotting the distribution of \( E_{\text{edge1}} \) and \( E_{\text{edge2}} \) values, above and below the critical detrap potential of \( V_d =1.55 \text{ V}\), demonstrates the charged state of the QD. In Fig. 6, we show the average conduction-band
edge energy, for a wait time of 250 ms, at (a) low and (b) high DPs. The 0 s wait time data showed no change in the band-edge position for high and low detrap potential, indicating that the charge state of the QD remained constant. The 250 ms wait time data shows remarkably different behavior for high and low DPs: at high DPs [Fig. 6(b)], edge1 (wide, black bars) is (66 ± 13) meV lower in energy than edge2 (narrow, gray bars) while at low DPs [Fig. 6(a)], the distributions of edge1 and edge2 essentially overlap, with negligible energy separation of (12 ± 16) meV. Average tip-QD distance is greater for the low DP measurements $[I_a=(131 ± 47)$ pA, $V_B=(1.125 ± 0.009) \text{ V}]$ than the high DP measurements $[I_a=(228 ± 16)$ pA, $V_B=(1.113 ± 0.020) \text{ V}]$, thus increasing the absolute band-edge energy. The high DP data is labeled as N-1 and N to indicate that the QD is charged with $N$ electrons at zero bias and one electron is removed from the QD after applying a high $V_B (>1.55 \text{ V})$ for 250 ms.

C. Charging-energy calculation

Many previous publications have discussed methods of experimentally measuring $E_c$ of nanocrystals using a scanning tunneling microscope, as well as calculating $E_c$. The charge-trapping center in CdSe/ZnS QDs likely exists at either the core/shell interface, due to a dangling bond on Se or on the shell surface, due to incomplete ligand passivation of ZnS surface atoms. The exact location of the trapped charge does not appreciably affect the charging energy of the QD, however it does effect the trapping/detraping probability. Annealing the QD samples may increase the number of nonpassivated surface states.

To estimate $E_c$, we employ the equation $E_c = e^2/C$, where $e$ is the charge of an electron and $C$ is the sum of the capacitances between the QD core and its surrounding: $C = C_{\text{tip}-\text{QD}} + C_{\text{QD}-\text{sub}} + nC_{\text{QD-QD}}$, $n$ is the number of nearest-neighbor QDs. Figure 7(a) is a pictorial representation of the relevant capacitors between the QD core, a plausible location for the trapped charge, and its surroundings. The capacitances between the core and the tip, substrate, and nearest-neighbor QDs are modeled as two or three parallel-plate capacitors in series. We estimate the ZnS shell, $d_1$, to be a monolayer, corresponding to an average thickness of 0.31 nm. The length of the ligands, $d_2$, is estimated to be 0.3–0.6 nm and we plot the calculated $E_c$ for a range of $d_2$ values in Fig. 7(c). We estimate the vacuum gap, $d_3$, to be around 1 nm, and found that values ranging from 0.8 to 1.2 nm had very little effect on the calculation of $E_c$ since the dominant capacitive coupling is between QDs. We used the dielectric constant values of $\varepsilon_\text{ZnS}=2.1$, 9, and 8 for the ligands, ZnS, and CdSe, respectively. Our STM (see Fig. 7(b)) and AFM (see Fig. 2(e)) images show close packing of the QD monolayer islands, with most QDs surrounded by five nearest neighbors.

Figure 7(c) is contour plot of the $E_c$, for adding one electron to the QD at the interface between the core and the shell, as a function of the ligand thickness and the number of neighboring QDs. We do not explicitly take into account the localized nature of the trapped charge, however we believe that the trap states accessible in our experiment are only those closest to the Au substrate. Since we measured an $E_c$ of (61.4 ± 2.4) meV [see Figs. 5 and 6], the shaded region of Fig. 7(c) shows that this corresponds to a ligand length of (0.45 ± 0.02) nm for an average of five nearest-neighbor QDs. For $d_1=1$ nm and $d_2=0.45$ nm, $C_{\text{QD-sub}}$ and $C_{\text{tip-QD}}$ are $(0.70 ± 0.03) \text{ aF}$ and $(0.143 ± 0.001) \text{ aF}$, respectively. We then find $\eta$, the portion of $V_B$ that drops between the QD and substrate, to be 0.169 ± 0.004. If the trapped charge is

FIG. 6. Distributions of conduction-band edge energy, labeled edge1 and edge2 (see Fig. 3), for (a) low and (b) high DP at 250 ms wait time. At high DPs, the distributions of edge1 and edge2 are separated by (66 ± 13) meV, in contrast to the low DP separation of (12 ± 16) meV. The labels N and N-1 are indicative of the number of excess charges on the QD.

FIG. 7. (Color online) Charging-energy ($E_c$) calculation. (a) Schematic of capacitance between the QD and substrate, tip, and neighboring QDs. (b) An example of a probed QD and five to six nearest neighbors in a hexagonal close pack structure (STM image). (c) $E_c$ contour plot for a trapped charge at the core/shell interface, plotted versus ligand length and number of neighboring quantum dots. Measured $E_c$ (61.4 ± 2.4) meV, is highlighted on the contour plot.
FIG. 8. Tunneling diagram for detrapping a charge from the QD at $V_B>1.55$ V. At $V_B=0$ V, the Fermi level of Au and the W tip are in equilibrium and lie slightly above the surface-state band, trapping charge(s) on the QD. The distribution of $V_B$ over the two tunnel gaps ($\eta V_B$ over the QD-Au gap) causes the Fermi level of the Au to drop slightly from its equilibrium energy, thus exposing empty states on the Au surface to the trapped charge.

There are two likely locations for the trapped charge to reside on the QD: at the core/shell interface or on the shell surface. Past luminescence\textsuperscript{45–48} and conductivity studies\textsuperscript{32,49,50} of quantum dots have found that surface states in the band gap play a significant role in quenching photoemission and enhancing charge transport. Though passivating the core surface with organic ligands or an inorganic shell reduces the number of dangling bonds, tight-binding calculations show that even after surface reconstruction, one of the surface Se dangling bonds has a significant density of states in the band gap.\textsuperscript{51} A number of experimental studies place the CdSe core surface-state band\textsuperscript{52} 400–700 meV below the conduction-band edge,\textsuperscript{32,50,53} including time-resolved fluorescence studies that show broad, redshifted emission.\textsuperscript{48,54}

We estimate the Fermi level of the tip-QD-substrate system from the measurement of the conduction-band edge, $E_{\text{edge}_1}$, in Fig. 3. The average measured potential of the $E_{\text{edge}_1}$ conduction-band edge is $(0.974 \pm 0.001)$ V. Applying $1-\eta=0.831$ (see Sec. III C), $E_{\text{edge}_1}=0.809 \pm 0.001$ eV. The tunnel barrier between the QD and the Au film is much thinner than between the STM tip and QD, making the former the dominant charge-transfer barrier. During sweep 1, the conduction-band edge ($E_{\text{edge}_1}$) is measured (near $V_B=1$ V) while the QD is still in N-1 charge state. Near $V_B=0$ V, electrons can easily tunnel from the Au film to the QD surface states but cannot tunnel out of the QD to either the substrate or tip, and thus when $V_B$ is increased again (sweep 2), the conductivity is lower due to Coulomb repulsion from the trapped electron, and the band-edge energy ($E_{\text{edge}_2}$) is measured at a higher $V_B$ than for $E_{\text{edge}_1}$.

At large positive biases ($V_B>1.55$ V), the asymmetric voltage drop across the two tunnel barriers causes a slight decrease in the potential of $E_{F_{\text{Au}}}$ relative to the QD, thus aligning the empty states in the Au with the surface states in the QD and allowing the trapped charge to tunnel off of the QD (charge state: N-1). The top axis of Fig. 5 applies our estimated $\eta$ to $V_B$ and shows that the onset of detrapping occurs at $E_{F_{\text{QD}}}-E_{F_{\text{Au}}}=260$ meV, 1.06 eV below the conduction-band edge of CdSe. The wait time of 250 ms is necessary because the trapped electron-tunneling probability is very low.

Previous studies have observed long-lived (>1 s) charge occupation of trap states in CdSe/ZnS QDs during blinking experiments.\textsuperscript{55,56} These are manifested as “off” time in the fluorescence detection of continually excited QDs, and have been observed for times as long as 100 s.

IV. SUMMARY

We demonstrate a method for determining the charging energy and charge state of nanocrystal QDs and applied it to CdSe/ZnS core/shell QDs. We show that a long-lived trap state on CdSe/ZnS can be probed with a scanning tunneling microscope at room temperature and the charging energy for individual QDs in a close-packed monolayer, $(61.4 \pm 2.4)$ meV, can be determined by observing the CB of subsequent spectra. Our calculation of the energy necessary to add one charge to the quantum dot corresponds

D. Charge-trapping mechanism

We have established that near zero bias, a charge is trapped on the QD and extended exposure (250 ms) to high positive $V_B$ (>1.55 V) has a high likelihood of removing an electron from the QD (Fig. 5). Figure 8 demonstrates how trap states in the band gap of the QD could be occupied near $V_B=0$ V (Fermi level of the Au-film substrate is above the trap states) and have a high tunneling probability at $V_B>1.55$ V (Fermi level of the Au-film substrate is resonant with the trap states). The band diagram of the core/shell QD in relation to the W tip and Au-film substrate shown in Fig. 8 was derived from the following measurements. The CdSe valence-band edge was determined by ultraviolet photoelectron spectroscopy (UPS),\textsuperscript{44} and found to be −6.8 eV. The CdSe conduction-band edge was determined by the photonic band gap, 2 eV (~4.8 eV). The valence- and conduction-band edges of the ZnS shell, −7.4 eV and −3.4 eV, were determined from thin-film UPS and photoluminescence measurements, respectively. The Fermi level of Au and W are −5.1 eV and −4.5 eV, respectively.

Transmission electron micrographs of ligand-coated nanocrystals demonstrate that VB positive tunnel gaps are −5.1 eV and −4.5 eV, respectively. The Fermi level of Au and W determined from thin-film UPS and photoluminescence measurements, respectively. The Fermi level of Au and the W tip are in equilibrium and lie slightly above the surface-state band, trapping charge(s) on the QD. The distribution of $V_B$ over the two tunnel gaps ($\eta V_B$ over the QD-Au gap) causes the Fermi level of the Au to drop slightly from its equilibrium energy, thus exposing empty states on the Au surface to the trapped charge.

The charging energy for an isolated QD ($n=0$) on a Au thin film, with the same tunneling parameters as used above, is 200 meV. Attempts made to obtain IV spectra on isolated QDs were precluded by the significant lateral drift over the course of the experiment: hundreds of spectra and tens of minutes.

We estimate the Fermi level of the tip-QD-substrate system from the measurement of the conduction-band edge, $E_{\text{edge}_1}$, in Fig. 3. The average measured potential of the $E_{\text{edge}_1}$ conduction-band edge is $(0.974 \pm 0.001)$ V. Applying $1-\eta=0.831$ (see Sec. III C), $E_{\text{edge}_1}=0.809 \pm 0.001$ eV. The tunnel barrier between the QD and the Au film is much thinner than between the STM tip and QD, making the former the dominant charge-transfer barrier. During sweep 1, the conduction-band edge ($E_{\text{edge}_1}$) is measured (near $V_B=1$ V) while the QD is still in N-1 charge state. Near $V_B=0$ V, electrons can easily tunnel from the Au film to the QD surface states but cannot tunnel out of the QD to either the substrate or tip, and thus when $V_B$ is increased again (sweep 2), the conductivity is lower due to Coulomb repulsion from the trapped electron, and the band-edge energy ($E_{\text{edge}_2}$) is measured at a higher $V_B$ than for $E_{\text{edge}_1}$.

At large positive biases ($V_B>1.55$ V), the asymmetric voltage drop across the two tunnel barriers causes a slight decrease in the potential of $E_{F_{\text{Au}}}$ relative to the QD, thus aligning the empty states in the Au with the surface states in the QD and allowing the trapped charge to tunnel off of the QD (charge state: N-1). The top axis of Fig. 5 applies our estimated $\eta$ to $V_B$ and shows that the onset of detrapping occurs at $E_{F_{\text{QD}}}-E_{F_{\text{Au}}}=260$ meV, 1.06 eV below the conduction-band edge of CdSe. The wait time of 250 ms is necessary because the trapped electron-tunneling probability is very low.

Previous studies have observed long-lived (>1 s) charge occupation of trap states in CdSe/ZnS QDs during blinking experiments.\textsuperscript{55,56} These are manifested as “off” time in the fluorescence detection of continually excited QDs, and have been observed for times as long as 100 s.

IV. SUMMARY

We demonstrate a method for determining the charging energy and charge state of nanocrystal QDs and applied it to CdSe/ZnS core/shell QDs. We show that a long-lived trap state on CdSe/ZnS can be probed with a scanning tunneling microscope at room temperature and the charging energy for individual QDs in a close-packed monolayer, $(61.4 \pm 2.4)$ meV, can be determined by observing the CB of subsequent spectra. Our calculation of the energy necessary to add one charge to the quantum dot corresponds...
closely to the assumed ligand thickness and number of neighboring QDs.

We also identify the necessary potential to change the charge state of the quantum dot, 1.55 V, with a wait time of 250 ms. Our analysis of the double-barrier tunnel junction DBTJ yields an approximate location for the trap states in the band gap of the QD. We find that $E_{F, Au}$ moves by $-\eta V_B$, and at $V_B=1.55$ V, $E_{F, Au}$ is 1.06 eV below the conduction-band edge of CdSe. This is supported by a depiction of the various electric field conditions. Studies could help quantify the trapped charge lifetime under observing the off state in blinking experiments. Further that our electrical detection of a trapped charge is analogous to equating the state of the Au film. It is possible that our electrical detection of a trapped charge is analogous to observing the off state in blinking experiments. Further studies could help quantify the trapped charge lifetime under various electric field conditions.

MARIIA.HUMMON@POST.HARVARD.EDU

36. $\sigma$ is the standard deviation of the background signal. The lock-in amplifier used to record the differential conductance has a background signal of 50 pA.
38. B. Li, C. G. Zeng, J. Zhao, J. L. Yang, J. G. Hou, and Q. S. Zhu,
Tunneling gap was estimated by solving $I = (1 - \eta)V_B \exp(-1.025 \frac{\text{d}_{\text{tip-QD}}}{Q_D})$ for the setpoint current and $V_B$. The calculated value of $\text{d}_{\text{tip-QD}}$ is both a function of the voltage division and a factor in determining the voltage division, thus it is solved for iteratively.

UPS measurements were performed on thin-film ZnS and similarly prepared CdSe/ZnS QD on Au substrate samples. Measured ionization energies of $(7.4 \pm 0.2)$ eV and $(6.9 \pm 0.2)$ eV for the ZnS and CdSe/ZnS QD films were obtained, respectively. The 6.9 eV measurement for the CdSe/ZnS QDs likely represents an average of the ZnS shell and CdSe core contributions to the valence states. We, therefore, place the valence-band edge of the core at 6.8 eV.

HUMMON et al.  PHYSICAL REVIEW B 81, 115439 (2010)